Adsorption and bonding strength of chromium species by ferrihydrite from acidic aqueous solutions

Agnieszka Dzieniszewska, Joanna Kyziol-Komosinska and Magdalena Pająk
Institute of Environmental Engineering, Polish Academy of Sciences, Zabrze, Poland

ABSTRACT

The adsorption behavior of Cr(III) and Cr(VI) ions onto laboratory-synthesized 2-line ferrihydrite was investigated under a batch method as a function of initial chromium concentration (0.1–1000 mg L\(^{-1}\)) and pH (3.0 and 5.0). Moreover, the effect of the type of anion (chloride and sulfate) on Cr(III) adsorption was studied. The affinity of Cr(III) ions for the ferrihydrite surface depended on both the type of anion and pH of the solution and the maximum adsorption capacities decreased as follows: \(q(\text{SO}_4^{2-}, \text{pH} 5.0) > q(\text{SO}_4^{2-}, \text{pH} 3.0) > q(\text{Cl}^-, \text{pH} 5.0) > q(\text{Cl}^-, \text{pH} 3.0)\), and were found to be 86.06 mg g\(^{-1}\), 83.59 mg g\(^{-1}\), 61.51 mg g\(^{-1}\) and 40.67 mg g\(^{-1}\), respectively. Cr(VI) ions were bound to ferrihydrite in higher amounts then Cr(III) ions and the maximum adsorption capacity increased as the pH of the solution decreased and was 53.14 mg g\(^{-1}\) at pH 5.0 and 83.73 mg g\(^{-1}\) at pH 3.0. The adsorption process of Cr species was pH dependent, and the ions were bound to the surface of ferrihydrite by surface complexation. The Sips isotherm was the best-fit model to the results obtained from among the four isotherm models used, i.e., Freundlich, Langmuir, Dubinin-Radushkevich and Sips, indicating different adsorption centers participate in Cr uptake. In order to assess the bonding strength of the adsorbed chromium ions the modified BCR procedure, dedicated to the samples with a high iron content, was used. The results of the sequential extraction showed that Cr(III) ions were bound mainly in the immobile residual fraction and Cr(VI) ions were bound in the reducible fraction. The presence of Fe (oxyhydr)oxides in soil and sediments increases their adsorption capacity for Cr, in particular for hexavalent Cr in an acid environment due to their properties (high pH\(_{\text{PZC}}\)).

INTRODUCTION

The quality of the environment is constantly deteriorating due to the increasing number of applications of heavy metals as modern science and technology develops. The industrial discharge consisting of major toxic heavy metal and metalloid ions poses a serious hazard to the environment and affects water quality. Heavy metals are not biodegradable and some of them (lead, cadmium, mercury) are toxic even at trace levels, while other heavy metals are essential nutrients (cobalt, zinc, iron) but can be toxic in larger amounts or in...
certain forms. Hence, their concentration in industrial wastewater should be reduced below acceptable levels before discharging (Bedemo, Chandravanshi & Zewge, 2016).

One of the widely and commonly used metals is chromium (Cr). Cr is used in many industrial processes such as electroplating, steel fabrication, leather tanning, petroleum refining, water cooling, mining, pulp and paper production, dyes and pigments, film and photography and wood preservation (Bellú et al., 2008; Bhattacharya et al., 2008; Saha & Orvig, 2010), from which it is released to various environmental elements, including air, soil and aquatic environment.

The toxicity and behavior of Cr in the soil-water environment depends on its speciation, pH-Eh system and the presence of ligands (Ryan, Hillier & Wall, 2008; Ajouyed et al., 2010; Kyziol-Komosinska et al., 2018).

Cr can exist in several oxidation states; however, in the environment it occurs mainly in most stable trivalent cationic Cr(III) and hexavalent anionic Cr(VI) forms, which differ in the physicochemical properties and in the chemical and biochemical reactivity (Kotaś & Stasicka, 2000). In the trivalent state Cr is a macronutrient essential for health and is known to regulate carbohydrates, lipids, and proteins, but excess Cr(III) can cause adverse health effects such as skin rashes (Valle et al., 2017). In contrast, hexavalent Cr is highly toxic, carcinogenic and mutagenic to the living organisms due to its high water solubility, mobility and easy reduction (Asgari et al., 2008; Saha & Orvig, 2010). Scientific studies have shown that Cr(VI) causes skin irritation, ulcer formation, kidney and liver damage and respiratory organs diseases (Anwar et al., 2009; Gupta & Babu, 2009). However, Cr(III) can be oxidized to the toxic hexavalent form, e.g., in the presence of manganese (Saha & Orvig, 2010) or under oxidative conditions. In natural waters, the change in Cr(III) speciation can be affected by the presence of complex-forming ligands or extensively Cr hydrolysis at pH values characteristic of soil solutions (Csoban & Joo, 1999). Ligands can change the ability of ions to interact with the surface of solids and affect the type of possible bonds by influence the electric charge and radius of an ion (i.e., the Cartledge ionic potential) (Kyziol-Komosinska et al., 2014).

Cr is regarded (i.e., by the Environmental Protection Agency, USA) as priority-toxic pollutant. According to The European Drinking Water Directive (Council Directive, 1998), the content of Cr in drinking water should not exceed 0.05 mg L\(^{-1}\). According to current Polish legislative regulations of the Ministry of the Environment (Regulation of the Minister of the Environment, 2016), the maximum allowed Cr concentration in surface water should not exceed 0.05 mg L\(^{-1}\) for total Cr and 0.02 mg L\(^{-1}\) for Cr(VI). Moreover, the water quality standards for sewage introduced into water or to the ground (Ministry of the Environment of Poland, 2014) state, that concentrations of Cr(VI) ions and total Cr, although depending on the kind of industry, should be lower than 0.05–0.5 mg L\(^{-1}\) and 0.5–1.0 mg L\(^{-1}\), respectively.

The negative influence of Cr on human health and exceeded concentrations of Cr in the soil/water system and wastewater, has become a driving force for research on its behavior in soil (Choppala, Bolan & Park, 2013), as well as effective methods of water and wastewater treatment.
The binding and mobility of Cr ions in the environment depend on the type of minerals and organic matter that create the soil, river suspension and sediments (Kyziol, Twardowska & Schmitt–Kopplin, 2006; Merdy, Gharbi & Lucas, 2009; Kyziol-Komosinska et al., 2010; Dos Anjos et al., 2014). The most effective minerals in metal uptake are secondary minerals, such as clay minerals (kaolinite, montmorillonite, illite) and iron (oxyhydr)oxides (ferrihydrite, goethite), forming during the weathering of primary minerals (Ugwu & Igbokwe, 2019). The ubiquity and abundance of iron oxides in the subsurface highlight their important roles in influencing the fate and transport of heavy metals (Wang et al., 2019). Iron (oxyhydr)oxides exist as a surface coating mineral particles modifying their physico-chemical properties or individual particles.

One of the most reactive and most common iron oxides, which occurrence has been reported at near-neutral pH conditions in soils, sediments, and water bodies, is ferrihydrite. In addition to its natural presence in the environment, ferrihydrite can also occur as a result of human activities such as acid mine drainage (Antelo, Arce & Fiol, 2015).

Ferrihydrite (Fh) has significant retention effects on the migration of contaminants in both anionic and cationic forms due to its properties like small particle size, large specific surface area and high value of the point of zero charge (pH\(_{PZC}\)~8.0) (Meng et al., 2012; Kumar et al., 2014; Hu et al., 2019). In an acidic and neutral medium, at pH < 8.0, its surface is positively charged and in a basic medium, at pH > 8.0, the surface has a negative charge (Ajouyed et al., 2010).

Ferrihydrite exists as nano-crystals. The low degree of order causes difficulties in determining its structure, therefore several different structures of ferrihydrite have been proposed (Cornell & Schwertmann, 2003). Research conducted by Michel et al. (2007) showed that three types of Fe sites exist in the Fh structure, i.e., Fe1 and Fe2 in hexa-coordination and Fe3 in tetrahedral coordination. Hiemstra (2013) suggested that horizontal sheets with octahedra Fe1 are sandwiched by octahedral Fe2 and tetrahedral Fe3. According to Hiemstra (2013) studies Fe2 octahedra and Fe3 tetrahedra are not contributing to the formation of the surface groups. Only the layers with Fe1 octahedra have singly-coordinated surface groups that form two types of \(≡\)FeOH binding sites. The Fe1 octahedra layers form alternating rows, the first of which allows the formation of double-corner complexes (e.g., with anions such as SeO\(_3^{2−}\) or AsO\(_4^{3−}\)), and the second one enables the formation of bidentate edge surface complexes (found for instance for UO\(_2^{2+}\)). The metal ion binding functional groups can be protonated/deprotonated according to the following Reactions Eqs. (1) and (2) (Dzombak & Morel, 1990):

\[
≡\text{FhOH} + H^+ \rightarrow ≡\text{FhOH}^+_2 \quad \text{log } K = 7.29 \tag{1}
\]

\[
≡\text{FhOH} \rightarrow ≡\text{FhO}^- + H^+ \quad \text{log } K = −8.93 \tag{2}
\]

where \(≡\text{Fh}\) indicates a ferrihydrite surface species.

As ferrihydrite is an effective barrier to the migration of heavy metal ions in soils and aqueous systems, it can be a potential adsorbent for pollutants uptake in the pH range of most natural waters (Ajouyed et al., 2010). Among the available adsorbents, natural and
synthetic iron oxides and (oxyhydr)oxides (Asgari et al., 2008; Campos, 2009; Ajouyed et al., 2010; Adegoke et al., 2014; Shahriari et al., 2014; Kar & Equenuddin, 2019), including ferrihydrite (Zachara et al., 1987; Tzou, Wang & Loeppert, 2003; Zhu et al., 2010; Pieczara & Rzepa, 2016), were examined for Cr removal. Among different interactions and processes with soil, including adsorption–desorption, dissolution-precipitation, and transformation, adsorption is a basic and fundamental process, which controls the mobility, bioavailability, and toxicity of heavy metals. Moreover, adsorption is one of the most effective methods of Cr removal from water and wastewater (Sarin & Pant, 2006; Bellú et al., 2008; Bhattacharya et al., 2008; Anwar et al., 2009). The significant advantages of this technique are high efficiency, selectivity, simple technological requirements, low operating cost as the low cost adsorbents are used, minimization of chemical or biological sludge, some of the adsorbent can be regenerated or simplify confined in controlled disposal systems (Hajji et al., 2019).

The aim of this study was to determine the adsorption behavior of Cr(III) and Cr(VI) ions onto synthetic ferrihydrite. The effect of initial concentration (0.1–1,000 mg L$^{-1}$), pH (3.0 and 5.0) and the type of anion for Cr(III) ions (chloride and sulfate) on the adsorption capacity were investigated. It is very important to study the adsorption capacity under acidic conditions because some sewage and leachate from landfills have pH < 6. Four adsorption isotherms (Freundlich, Langmuir, Dubinin-Radushkevich and Sips) were used to understand the nature of the adsorption process and the estimated parameters allowed determination of the maximum adsorption capacity and the mechanism of ions binding. Additionally, the bonding strength of adsorbed ions and thus their mobility was determined, which allows prediction of the behavior of metal ions in the soil-water environment and or the procedure for handling spent adsorbents.

**MATERIALS AND METHODS**

**Preparation and characterization of ferrihydrite**

Ferrihydrite (Fh) was synthesized by precipitation of iron(III) nitrate nonahydrate (Fe(NO$_3$)$_3$·9H$_2$O) in an alkaline medium (1 M KOH), according to the procedure described by Schwertmann & Cornell (2000) and Cornell & Schwertmann (2003).

The ferrihydrite sample was characterized by scanning electron microscopy coupled with energy-dispersive X-ray spectroscopy (SEM-EDS), X–ray powder diffraction (XRD), Raman spectroscopy and low-temperature nitrogen adsorption.

Observations of the ferrihydrite micromorphology and chemical analyses in the micro area were carried out using a FEI Quanta 200 FEG scanning electron microscope (SEM) with EDS/EDAX attachment. The accelerating voltage was set to 20 kV and the low-vacuum mode was applied. The sample was analyzed without coating.

X-ray powder diffraction analysis was carried out with a Philips APD PW 3020 X’Pert diffractometer equipped with graphite monochromator using Cu-K$\alpha$ radiation. The XRD patterns were recorded in the range of 2–73°2θ, with a 0.05°2θ step.

The Raman spectra were collected using a Thermo Scientific DXR Raman Microscope equipped with a 780 nm wavelength laser. The spectra were recorded in the range of 100–3,000 cm$^{-1}$. The conditions of the preparation and analysis have been selected to prevent
the transformation of ferrihydrite to hematite during spectrum recording (Mazzetti & Thistlethwaite, 2002; Hanesch, 2009).

The specific surface area, total pore volume and average pore diameter were determined by N\textsubscript{2} adsorption and desorption isotherms at liquid nitrogen temperature (77 K) using ASAP 2020 (Micromeritics) surface area analyzer. The sample was degassed under vacuum at 90 °C for 24 h prior to analysis. These conditions were selected to avoid the thermal transformation of ferrihydrite (Weidler, 1997; Glasauer et al., 2000; Pieczara, Rzepa & Zych, 2013).

The point of zero charge (pH\text{PZC}) of ferrihydrite was determined according to the method described by Calvete et al. (2009). The pH in mineral-water suspension (1:10 ratio) was carried out using a pH meter with a combination pH electrode (glass membrane electrode and a reference electrode) (ERH-111 Hydromet, Poland). The pH meter (Elmetron, Poland) was calibrated with standard buffer solutions (Merck, Germany).

Cation exchange capacity (CEC) of ferrihydrite was assessed with the method described by Thomas (1982). This method consists in extracting the exchangeable acidity (H\textsuperscript{+} and ionic Al species) with 1 M KCl solution and subsequent titration with 0.1 M NaOH solution to convert the entire Al to Al(OH)\textsubscript{3} (Bélanger et al., 2006).

**Preparation of chromium solutions**

The stock solutions of 1,000 mg L\textsuperscript{−1} of Cr(III)-Cl, Cr(III)-SO\textsubscript{4} and Cr(VI) were prepared by dissolving appropriate weighed quantity of chromium chloride (CrCl\textsubscript{3}.6H\textsubscript{2}O), chromium sulfate (KCr(SO\textsubscript{4})\textsubscript{2}·12H\textsubscript{2}O) and potassium chromate (K\textsubscript{2}CrO\textsubscript{4}) in 1,000 mL of water. The pH values of the stock solutions were: 2.85, 3.02 and 8.52, respectively.

The working solutions at the desired concentrations (0.1–1,000 mg L\textsuperscript{−1}) were prepared from the stock solutions by making successive dilutions. The pH of the Cr solutions was adjusted to 3.0 and 5.0 by adding 0.1 M KOH solution to Cr(III) solutions or 0.1 M H\textsubscript{2}SO\textsubscript{4} solution to Cr(VI) solution, to reflect acidic solutions.

Reduction potential (Eh) was measured in an initial Cr(VI) solution at C\textsubscript{0} of 1,000 mg L\textsuperscript{−1} at pH 3.0 and 5.0 immediately after preparation and after 24 h and directly in the equilibrium solutions after adsorption using a Redox combination electrode consisting of a platinum sensor and an Ag/AgCl reference electrode (ERPt-13 Hydromet, Poland).

All the chemicals used were analytical grade. Ultrapure water of resistivity of 18.2 M\textOmega cm (obtained from MilliQ system—Millipore, Billerica, USA) was used in all experiments.

**Adsorption experiments**

The adsorption process of Cr species onto ferrihydrite was investigated using a batch method in the wide range of initial Cr concentrations (0.1−1,000 mg L\textsuperscript{−1}) at pH 3.0 and 5.0 and adsorbent dose of 1 g L\textsuperscript{−1} (i.e., the solid phase to solution ratio was 1:1000) at room temperature (23 ± 2 °C). Study of Cr(III) uptake from chloride and sulfate solutions allowed determination of the influence of the type of anion on the adsorption capacity. The prepared suspensions were agitated on a horizontal shaker (the intensity of agitation was 2 rps) for 24 h to reach equilibrium. Afterwards, the solutions were centrifuged (Avanti J25, Beckman Coulter) at 10,000 rpm for 20 min to separate the solution from the solid phase.
To determine initial and equilibrium concentrations of Cr(III) and Cr(VI) in the solutions atomic absorption spectrophotometry (Avanta, GBC) was used. Moreover, the pH in the equilibrium solutions was measured.

In each series of measurements, two kinds of quality control experiments were carried out: (1) blank experiment with the adsorbent and working solutions, but without addition of Cr, and (2) two experiments with various concentrations of Cr in working solutions, but without the adsorbent.

The adsorption capacity and the removal efficacy of Cr(III) and Cr(VI) from the aqueous solutions were calculated using the following Eqs. (3) and (4), respectively:

$$q = \frac{(C_0 - C_{eq}) \cdot V}{m \cdot 1000} \text{(mg g}^{-1})$$ (3)

$$RE = \frac{(C_0 - C_{eq})}{C_0} \cdot 100(\%)$$ (4)

where $q$ is the amount of Cr(III) or Cr(VI) adsorbed per unit mass of ferrihydrite (mg g$^{-1}$), $RE$ is the removal efficacy (%), $C_0$ and $C_{eq}$ are the initial and equilibrium concentrations of Cr(III) or Cr(VI), respectively (mg L$^{-1}$), $V$ is the volume of the solution (mL), $m$ is the mass of the adsorbent (g).

All experiments were performed in triplicate. Microsoft Excel 2010 software was used to calculate means and standard deviations (SD).

**Adsorption isotherm models**

One of the possibilities to describe the adsorption behavior under different experimental conditions is to use mathematical models, which are very useful e.g., in process optimization. Many models of varying degrees of complexity have been developed to describe adsorption systems. In this study the equilibrium data obtained from the batch experiments were analyzed by one of the most frequently used adsorption models, i.e.

–Freundlich—the empirical model that describes multilayer adsorption on heterogeneous surfaces [Freundlich (1906)], where the parameter $1/n_F$ is a measure of the surface heterogeneity, which becomes more heterogeneous as its value gets closer to zero. The value of $1/n_F < 1$ implies a chemisorption process and $1/n_F > 1$ indicates cooperative adsorption [Foo & Hameed, 2010];

–Langmuir –assumes monolayer adsorption on homogeneous surfaces with energetically equivalent adsorption sites, without interactions between the adsorbate molecules and it allows estimation of the maximum adsorption capacity of the adsorbent [Langmuir (1916)];

–Dubinin-Radushkevich –an empirical model that describes adsorption with a Gaussian energy distribution onto heterogeneous surfaces [Dubinin (1960)];

–Sips –a three-parameter empirical model is a combination of the Langmuir and Freundlich isotherms describing adsorption on heterogeneous surfaces. At low adsorbate concentrations it is reduced to the Freundlich isotherm and at high concentrations the equation is transformed into the Langmuir isotherm, predicting monolayer adsorption [Sips (1948)].
The equations are summarized in Table S1.

Based on the value of the parameter $K_L$ estimated from the Langmuir equation (Eq. S1.1), it is possible to calculate the separation factor $R_L$ from Eq. (5):

$$R_L = \frac{1}{1 + K_L C_0}$$

The value of the parameter $R_L$ indicates the shape of isotherm. The process is unfavorable if $R_L > 1$, linear if $R_L = 1$, favorable if $0 < R_L < 1$ and irreversible if $R_L = 0$ (Foo & Hameed, 2010).

The parameter $\beta$ (Eq. S3.1), on the other hand, allows calculation of the mean free energy ($E$) of adsorption per molecule of the adsorbate:

$$E = \frac{1}{\sqrt{2\beta}}$$

The value of $E$ in the range of 8–16 kJ mol$^{-1}$ indicates the adsorption is a chemical process, whereas if the value is lower than 8 kJ mol$^{-1}$, the adsorption process is of a physical nature (Das et al., 2019).

The parameters estimated from selected models provide some insights into the mechanism of the adsorption process, the surface properties and the affinity of the adsorbent (Vaghetto et al., 2009). The nonlinear regression method using the Lavenberg-Marquardt algorithm (Statistica ver. 9.0) as well as linear regression method were applied to determine the values of the parameters in the adsorption isotherms.

Three error functions, sum of the squares of the errors SSE, residual root mean square error RMSE and nonlinear chi-square test $\chi^2$ (Table S2), as well as the coefficient of determination $R^2$ were applied to evaluate the goodness of fit of the isotherm models to the experimental results. Error functions measure the differences between the experimental and the calculated from mathematical models data, and their low values indicate a good fit of the model to the obtained results (Foo & Hameed, 2010, Terdpottakun et al. (2017)).

**Mobility and bioavailability of adsorbed chromium ions**

Bonding strength, and thus the mobility and bioavailability of Cr ions adsorbed onto ferrihydrite were evaluated by a modified three-step The European Community Bureau of Reference (BCR; now the Standards, Measurements and Testing Programme) sequential extraction procedure, which was designed to examine the potential for metal release under certain environmental conditions, such as ion exchange, reduction and oxidation (Ryan, Hillier & Wall, 2008).

The studies on the mobility of metals bound to iron and manganese oxides indicate that the modified method should be used in this study (Kaasalainen & Yli-Halla, 2003; Joksic et al., 2005; Tokalioglu & Kartal, 2005). The modified procedure differs from the original one in the higher concentration and lower pH of the reagent in E2 (Table S3). It was observed that modified reagent provides better attack on the iron (oxyhydr)oxide phase, whereas the original reagent attacked only hydrous oxides of manganese (Mossop & Davidson, 2003).

The procedure was preceded by a water desorption test with ultrapure water at the water to solid phase ratio of 10:1 (E0) (in accordance with the methodology for leaching soluble
components from granular wastes and sludges) \((\text{EN 12457/1-4, 2002})\), and after completion the sequential extraction procedure, the residual Cr content \((E4)\) was determined.

For monomineral materials, the metal distribution in individual fractions provides information on the main binding sites and the binding strength to the mineral and helps to determine the susceptibility to the release of the adsorbed metal—from weakly bond \((E0–E1)\) to very strong bond \((E4)\).

The modified BCR sequential extraction was performed in triplicate for the ferrihydrite samples with adsorbed Cr(III) and Cr(VI) ions from the solutions at pH 3.0 and 5.0 with initial concentrations of 10 and 500 mg L\(^{-1}\). The Cr concentration after each step were analyzed with an atomic absorption spectrophotometer \((\text{Avanta, GBC})\).

Statistical analysis of the obtained results was performed using Statistica v. 9.0 software. The one-way analysis of variance (ANOVA) together with Tukey’s HSD test were applied to determine the significant differences \((P < 0.05)\) among different treatments.

**RESULTS**

**Characterization of synthetic ferrihydrite**

SEM images show homogeneous material without other surface precipitates \((\text{Figs. 1A, 1B})\). It shows a strong degree of aggregation, typical for ferrihydrite \((\text{Fig. 1A})\).

The XRD diffractogram of synthesized ferrihydrite is presented in \text{Fig. 2A} and it shows two broad peaks at about \(2\theta = 34.4^\circ\) and \(62.8^\circ\), which were assigned to the \((110)\) and \((115)\) planes of 2-line ferrihydrite \((\text{interplanar distances, } d_{hkl} \text{ was } 0.25 \text{ Å and } 0.15 \text{ nm})\) \((\text{Cornell \& Schwertmann, 2003})\). At the same time, no characteristic peaks from impurities were detected.

The Raman spectrum of the ferrihydrite sample is presented in \text{Fig. 2B}. The Raman spectrum show a strong band with a maximum of about 700 cm\(^{-1}\) and weaker bands at about 350, 550 and 1,400 cm\(^{-1}\). These are typical features of ferrihydrite \((\text{Mazzetti \& Thistlethwaite, 2002; Hanesch, 2009; Das \& Hendry, 2011})\). Sharper, but not very strong peak at 1,045 cm\(^{-1}\) \((\text{Fig. 2B})\) is the result of the presence of nitrates and is often observed in the spectra of ferrihydrites synthesized by this method \((\text{Müller, Ciminelli \& Dantas, 2010; Das \& Hendry, 2011})\).

The characteristics of the porous texture of ferrihydrite, as well as the value of the pH, the point of zero charge and CEC are shown in \text{Table 1}.

The specific surface area \((296 \text{ m}^2 \text{ g}^{-1})\) of the tested material corresponds very well with the results usually obtained for ferrihydrite \((\text{Schwertmann \& Cornell, 2000; Cornell \& Schwertmann, 2003; Schwertmann, Friedl \& Kyek, 2004; Pieczara, Rzepa \& Zych, 2013})\). The pore diameter of Fh was 1.89 nm and indicated that material was dominated by micropores. The total pore volume was 0.175 cm\(^3\) g\(^{-1}\) \((\text{Kyziol-Komosinska et al., 2020})\).

The point of zero charge \((\text{pH}_{PZC})\) was 7.35 and indicated that at a solution pH lower than 7.35 the surface of ferrihydrite was positively charged and at a solution pH higher than the \(\text{pH}_{PZC}\) value the surface has negative charge.

The value of pH of ferrihydrite-water suspension was 3.90.
CEC of ferrihydrite was very low (0.0930 mmol$_{+}$ g$^{-1}$) (Table 1). Due to the lack of the aluminum compounds in the studied mineral, the entire exchangeable acidity value was constituted by the H$^+$ concentration.

**Adsorption of Cr(III) ions on ferrihydrite**

The adsorption of Cr(III) ions on ferrihydrite have been studied taking into account an initial concentration of Cr(III) ions, the type of anion and the pH of the solution. The adsorption capacity ($q$) as a function of equilibrium concentration ($C_{eq}$) and the pH values in the equilibrium solutions for Cr(III) ions are shown in Fig. 3.

It was observed that the uptake of Cr(III) ions by ferrihydrite increased with an increase in initial Cr concentration and depended on both the pH of the solution and type of anion except for the solutions at $C_0 < 50$ mg L$^{-1}$ and pH 5.0 (Fig. 3A). At $0.1 < C_0 < 50$ mg L$^{-1}$ and pH 5.0 the adsorption capacity of ferrihydrite did not depend on the type of anion and ranged from $0.078 \pm 0.003$ mg g$^{-1}$ to $20.9 \pm 1.4$ mg g$^{-1}$ ($RE = 94.2 \pm 1.39\%–42.3 \pm 1.41\%$). At higher initial Cr concentrations, a higher affinity for the surface of ferrihydrite for sulfate solutions than for chloride solutions occurred, up to $59.2 \pm 1.7$ mg g$^{-1}$ and $49 \pm 2.5$ mg g$^{-1}$, respectively. With a decrease in the pH of the initial solution to 3.0, the
adsorption capacity of ferrihydrite for Cr(III) decreased over the whole range of initial concentrations. The maximum adsorption capacity of ferrihydrite decreased by 39.9% to 35.6 ± 2.27 mg g⁻¹ from sulfate solutions and by 42.4% to 28.2 ± 1.59 mg g⁻¹ from chloride solutions. The adsorption capacities of ferrihydrite for Cr(III) ions decreased in the following order: \( q(\text{SO}_4^{2-}, \text{pH} 5.0) > q(\text{Cl}^-, \text{pH} 5.0) > q(\text{SO}_4^{2-}, \text{pH} 3.0) > q(\text{Cl}^-, \text{pH} 3.0) \). The results showed that with increasing initial concentration of Cr(III), the removal efficiency decreased from 98.8 ± 0.52% to 2.69 ± 0.15%. The decrease in the removal efficiency can be explained by the fact that the adsorbents have a limited number of active sites that would have become saturated above a certain concentration (Bedemo, Chandravanshi & Zewge, 2016).

The adsorption of Cr(III) ions from sulfate solutions at pH 5.0 and pH 3.0 occurred at pH 5.79–3.69 and 4.02–2.94, respectively (Fig. 3B). The pH values in the equilibrium solutions of chlorides changed in the ranges of 5.00–4.02 and 3.55–3.07, respectively (Fig. 3B). The pH of the equilibrium solution depends on the buffering capacity of the adsorbent, the pH of the equilibrium solution and the chemical reactions accompanying the metal ion binding process. Ferrihydrite was characterized by low cation exchange capacity, lack of basic exchangeable cations, low buffering capacity and poor ability to oppose pH changes, especially at their lower values. With an increase in the initial concentration of Cr(III) from
Table 1: The characteristics of the texture and physico-chemical properties of studied ferrihydrite.

| Properties          | Specific surface area (m² g⁻¹) | Total pore volume (cm³ g⁻¹) | Pore diameter (nm) | pH<sub>PZC</sub> | pH | CEC (mmol/ g⁻¹) |
|---------------------|--------------------------------|-----------------------------|---------------------|------------------|----|-----------------|
| Values              | 296                            | 0.175                       | 1.89                | 7.35             | 3.90| 0.093           |

Figure 3: Adsorption of Cr(III) ions on ferrihydrite (A) and the pH values in the equilibrium solutions (B).

0.1 to 10 mg L⁻¹, the pH of the equilibrium solution was constant, higher than that of the initial solution (maximum 5.8 for SO<sub>4</sub><sup>2-</sup>, pH 5.0), and then decreased to maximum 2.71 (Cl⁻, pH 3.0). The results indicated that the adsorption process may be accompanied by precipitation of chromium hydroxide Cr(OH)<sub>3</sub> for sulfate solutions at initial pH 5.0 and initial Cr concentration of 0.1–10 mg L⁻¹ (Pieczara & Rzepa, 2016; Pażak et al., 2018). The presence of H⁺ ions had significant influence on the adsorption capacity of the adsorbent at initial concentrations above 50 mg L⁻¹ (Fig. 3B) by affecting surface properties of mineral and protonation/deprotonation reactions of amphoteric surface hydroxyl groups as well as speciation of Cr(III).

**Adsorption of Cr(VI) ions onto ferrihydrite**

The adsorption of Cr(VI) ions on ferrihydrite (q = f(C<sub>eq</sub>)) and the pHs of the equilibrium solutions are shown in Fig. 4.

The results showed that in contrast to the adsorption of Cr(III) ions, a higher affinity of Cr(VI) ions for the surface of ferrihydrite from the solutions at pH 3.0 than pH 5.0 was observed.

The uptake of Cr(VI) ions from the solutions at pH 3.0 and initial concentrations in the range of 0.1–1,000 mg L⁻¹ increased from 0.118 ± 0.004 mg g⁻¹ to 66.1 ± 2.36 mg g⁻¹ (RE = 98.7 ± 0.58% – 6.61 ± 0.24%). However, from the solution at pH 5.0 the adsorption
Figure 4  Adsorption of Cr(VI) ions on ferrihydrite (A) and the pH values in the equilibrium solutions (B).
Table 2 The isotherm parameters and error functions for the adsorption of Cr(III) and Cr(VI) ions.

|                              | Cr(III)-SO₄ |                  | Cr(III)-Cl |                  | Cr(VI) |                  |
|------------------------------|-------------|------------------|------------|------------------|--------|------------------|
|                              | pH = 3      | pH = 5           | pH = 3     | pH = 5           | pH = 3 | pH = 5           |
|                              | linear      | nonlinear        | linear     | nonlinear        | linear | nonlinear        |
| **Freundlich Isotherm**       |             |                  |            |                  |        |                  |
| $1/n_F$                      | 0.4282      | 0.3795           | 0.5180     | 0.3334           | 0.5140 | 0.5370           |
| $K_F$ (mg g⁻¹(L mg⁻¹)¹/n_F)  | 2.086       | 2.650            | 2.875      | 6.663            | 0.6820 | 0.7144           |
| $R^2$                        | 0.9843      | 0.9931           | 0.9719     | 0.9855           | 0.9464 | 0.9842           |
| $SSE$                        | –           | 9.758            | –          | 62.95            | –      | 13.66            |
| $RMSE$                       | –           | 0.9878           | –          | 2.509            | –      | 1.169            |
| $\chi^2$                     | –           | 1.618            | –          | 6.441            | –      | 2.421            |
| **Langmuir Isotherm**         |             |                  |            |                  |        |                  |
| $q_{exp}$ (mg g⁻¹)           | 35.90       | 35.90            | 58.60      | 58.60            | 28.20  | 28.20            |
| $q_{\text{max}}$ (mg g⁻¹)    | 36.23       | 38.18            | 59.52      | 59.74            | 32.15  | 37.77            |
| $K_L$ (L mg⁻¹ × 10⁻³)        | 15.13       | 7.790            | 28.78      | 16.34            | 5.074  | 2.819            |
| $R_L$                        | 0.0592      | 0.1089           | 0.0376     | 0.0643           | 0.1580 | 0.2525           |
| $R^2$                        | 0.9754      | 0.9765           | 0.9881     | 0.9804           | 0.8850 | 0.9979           |
| $SSE$                        | –           | 33.38            | –          | 85.01            | –      | 1.776            |
| $RMSE$                       | –           | 1.827            | –          | 2.916            | –      | 0.4214           |
| $\chi^2$                     | –           | 82.12            | –          | 28.88            | –      | 17.33            |
| **Dubinin- Radushkevich Isotherm** |             |                  |            |                  |        |                  |
| $\beta$ (mol² kJ⁻¹ × 10⁻³)  | 3.300       | 5.558            | 4.500      | 4.358            | 4.400  | 8.458            |
| $q_0$ (mmol g⁻¹ × 10⁻³)      | 0.629       | 1.155            | 1.836      | 1.815            | 0.401  | 1.231            |
| $E$ (kJ mol⁻¹)               | 12.31       | 9.485            | 10.54      | 10.71            | 10.66  | 7.689            |
| $R^2$                        | 0.9614      | 0.9937           | 0.9970     | 0.9994           | 0.8708 | 0.9959           |
| $SSE$                        | –           | 8.889            | –          | 2.465            | –      | 3.588            |
| $RMSE$                       | –           | 0.9428           | –          | 0.4965           | –      | 0.5990           |
| $\chi^2$                     | –           | 12.45            | –          | 0.2988           | –      | 22.60            |
| **Sips Isotherm**             |             |                  |            |                  |        |                  |
| $q_{\text{max}}$ (mg g⁻¹)    | –           | 83.59            | –          | 86.06            | –      | 40.67            |
| $K_S$ ((L mg⁻¹)²/nS)         | –           | 0.0225           | –          | 0.0488           | –      | 0.0036           |
| $1/n_S$                      | –           | 0.5070           | –          | 0.5653           | –      | 0.9285           |
| $R^2$                        | –           | 0.9956           | –          | 0.9997           | –      | 0.9983           |
| $SSE$                        | –           | 6.216            | –          | 1.305            | –      | 1.501            |
| $RMSE$                       | –           | 0.7884           | –          | 0.3613           | –      | 0.3875           |
| $\chi^2$                     | –           | 2.368            | –          | 0.3414           | –      | 10.34            |
The values of the maximum adsorption capacity \( q_{\text{max}} \) estimated from both forms of the Langmuir model for all Fh-Cr systems were similar or greater than the experimental values and ranged from 37.77 mg g\(^{-1}\) to 66.23 mg g\(^{-1}\) using nonlinear regression and from 32.15 mg g\(^{-1}\) to 66.67 mg g\(^{-1}\) using linear regression. Langmuir constant \( K_L \) related to the adsorption energy of Cr(III) was higher for the adsorption at pH 5.0 than pH 3.0 for both Cr(III)-Cl and Cr(III)-SO\(_4\) solutions and suggested increasing binding strength of Cr to the ferrihydrite surface as the pH of the solution increased. In contrast, for the adsorption of Cr(VI) ions, the values of \( K_L \) decreased with increasing pH, indicating lower affinity of Cr for the ferrihydrite surface at higher pH values. The values of \( K_L \) calculated using linear regression analysis were higher than those calculated using nonlinear regression. The values of the parameter \( R_L \) indicated that the adsorption process was favorable for all Fh-Cr systems. The decrease in \( R_L \) with an increase in the pH indicated that the adsorption was more favorable at higher pH for the Fh-Cr(III) systems and at lower pH for Cr(VI). The values of the parameter \( R_L \) less than 1 were also obtained by Kar & Equeenuddin (2019) studying the adsorption behavior of Cr(VI) using natural goethite, and Bhattacharya et al. (2008) investigating the adsorption of Cr(VI) onto activated alumina.

The values of the parameter \( E \) estimated from the Dubinin-Radushkevich model using both regression analysis, were found to be higher than 8 kJ mol\(^{-1}\) and indicated that the adsorption was a chemical process, except for the adsorption of Cr(III) ions from chloride solutions at pH 3.0, for which the \( E \) value estimated using nonlinear regression was 7.689 kJ mol\(^{-1}\), what indicated the physical nature of the process.

The parameter \( 1/n_F \) estimated from the Sips model deviated from unity and denoted the heterogeneity of the surface of the adsorbent, and its values were higher than the values of the parameter \( 1/n_F \) for all Fh-Cr systems. The obtained values of \( K_S \) were higher than the values of \( K_L \) estimated from the Langmuir isotherm. The values of \( K_S \) also showed a positive effect of increasing pH on the adsorption process of Cr(III) ions and decreasing pH on the adsorption of Cr(VI) ions. The maximum adsorption capacities estimated from the Sips isotherm were higher than calculated from the Langmuir equation and ranged between 40.67 mg g\(^{-1}\) and 86.06 mg g\(^{-1}\).

Based on the estimated nonlinear and linear parameters, the theoretical isotherms were plotted, and together with the experimental data are shown in Fig. 5.

Based on the results obtained by linear regression, it was observed that the Freundlich isotherm describes the experimental data in the low initial concentrations, except for the adsorption of Cr(III) ions from sulfate solutions at pH 3.0 when the Freundlich isotherm fits the data best over the whole range of initial concentrations. For the adsorption of Cr(III) ions from chloride and sulfate solutions at pH 5.0 and Cr(VI) ions at both pH the data over the whole range of initial concentrations were best described by the Dubinin-Radushkevich isotherm, and for the adsorption of Cr(III) ions from chloride solutions at pH 3.0 by the Langmuir isotherm.

In Fig. 5 it can be seen that all isotherms estimated using non-linear regression showed a better fit to the experimental data than those estimated using linear regression analysis.

The results obtained by nonlinear regression showed that the Sips isotherm best describes the experimental data over the whole range of initial concentrations of Cr ions. The values
of $R^2$ and analysis of the error functions, SSE, RMSE and $\chi^2$ (Table 2), also indicated that among four isotherm the three-parameter Sips isotherm is the best-fit model for the adsorption process. The results of the adsorption of Cr(VI) on natural and acid-activated clays obtained by Khalfa et al. (2016) also show that three-parameter isotherm model is the best to describe the process.
Since the Sips isotherm is a combination of the Langmuir and Freundlich equations, it can be concluded that the mechanism of Cr binding does not follow an ideal monolayer adsorption, and is therefore more complex. The adsorption capacity obtained from the Sips equation is more realistic than calculated from the Langmuir equation and indicate that different adsorption centers participate in Cr uptake.

The maximum adsorption capacities of various metal oxides including ferrihydrite for the removal of Cr(III) and Cr(VI) are compared in Table 3. However, the direct comparison of adsorption capacities of different adsorbents is difficult due to the various conditions of the adsorption process. Higher values of $q_{\text{max}}$ obtained in this study probably result from much higher initial Cr concentrations.

**Bonding strength and mobility of adsorbed Cr(III) and Cr(VI) ions onto ferrihydrite**

The results of the modified BCR sequential extraction of Cr species adsorbed onto the ferrihydrite samples showed that the Cr bonding strength to active sites of ferrihydrite ranged from very weak/weak (E0/E1) to very strong (E4) and are presented in Figs. 6 and 7.

The bonding strength and mobility of Cr(III) ions adsorbed onto the ferrihydrite samples from the chloride and sulfate solutions depended mainly on the initial concentration of Cr in the solution, and less depended on the initial pH of the solution and the type of anion. The effect of pH was greater for lower concentration, while the effect of the type of anion was greater for higher concentration (Fig. 6). An initial concentration of Cr in the solution and the resulting pH in the equilibrium solution had significant effect on the mobility of adsorbed ions due to the fact that the pH values in the equilibrium solutions affected the forms of metal ions occurrence in the solution and the possibility of their binding by individual fractions (Namiesnik & Rabajczyk, 2010).

The results indicated that in the ferrihydrite samples with adsorbed ions from a solution with an initial concentration of 10 mg L$^{-1}$, Cr(III) ions were dominantly associated with the immobile residual fraction (E4) for both initial pH ranging from 48.52 ± 0.87% to 56.76 ± 1.37% of adsorbed ions. The results confirmed the previous conclusion that Cr(III) can precipitate at low concentration. Distribution of Cr in the fraction E3 ranged from 13.11 ± 1.11% (Cl$^{-}$ ions, pH 5.0) to 20.96 ± 1.61% (SO$_4^{2-}$ ions, pH 3.0) and in the fraction E2 – from 16.59 ± 0.65% (Cl$^{-}$ ions, pH 3.0) to 26.34 ± 1.50% (SO$_4^{2-}$ ions, pH 5.0). Additionally, Cr(III) was bound in fractions E0 and E1 from 0.03 ± 0.01% (SO$_4^{2-}$ ions, pH 3.0) to 6.33 ± 0.32% (Cl$^{-}$ ions, pH 3.0) and from 2.59 ± 0.24% (SO$_4^{2-}$ ions, pH 3.0) to 9.82 ± 0.85% (Cl$^{-}$ ions, pH 5.0), respectively. The Cr(III) binding by ferrihydrite from the solutions at $C_0 = 500$ mg L$^{-1}$ was weaker compared to the solutions at $C_0 = 10$ mg L$^{-1}$. The residual fraction (E4) was ranged from 22.15 ± 0.78% (SO$_4^{2-}$ ions, pH 5.0) to 26.23 ± 0.94% (SO$_4^{2-}$ ions, pH 3.0) and the fraction E3 – from 3.53 ± 0.39% (Cl$^{-}$ ions, pH 3.0) to 9.08 ± 0.75% (Cl$^{-}$ ions, pH 5.0). Contribution of Cr in other fractions varied in order E2 (29.3 ± 0.95% 47.85 ± 0.95%) > E1 (14.22 ± 0.69%–28.62 ± 1.58%) > E0 (2.14 ± 0.34%–8.41 ± 0.59%). The results indicated that Cr ions adsorbed from chloride solutions were bound by easily mobile (E0 + E1) fractions in larger amounts than from
Table 3 Comparison of adsorption capacities of Cr(III) and Cr(VI) of synthesized ferrihydrite with other metal oxides.

| Cr species | Adsorbent       | Conditions                                                                 | Maximum adsorption capacity (mg g\(^{-1}\)) | Ref.                        |
|------------|-----------------|----------------------------------------------------------------------------|---------------------------------------------|-----------------------------|
| Cr(III)    | Ferrihydrite    | \(C_0\) 20 \(\mu\)mol L\(^{-1}\), adsorbent dose 2.5 g L\(^{-1}\), pH 4.5, T 20 °C, t 4 h | 5.41                                        | Zhu et al. (2010)           |
| Cr(III)    | Nano-magnetite  | \(C_0\) 10 mg L\(^{-1}\), adsorbent dose 2.5 g L\(^{-1}\), pH 4.0, T 21 °C, t 1 h | 0.555                                       | Parsons et al. (2014)       |
| Cr(III)    | Aluminum oxide hydroxide | \(C_0\) 40 mg L\(^{-1}\), adsorbent dose 20 g L\(^{-1}\), pH 3.8, T 22 °C, t 1 h | 3.36                                        | Bedemo, Chandravanshi & Zewge (2016) |
| Cr(III)    | Birnessite      | \(C_0\) 16 mmol L\(^{-1}\), adsorbent dose 10 g L\(^{-1}\), pH 5.0, T 25 °C, t 24 h | 6.63                                        | Qiang, Jiaoyan & Mengzhu (2011) |
| Cr(III)    | Ferrihydrite    | \(C_0\) 1,000 mg L\(^{-1}\), adsorbent dose 1 g L\(^{-1}\), pH 5.0, T 23 °C, t 24 h | 59.74                                       | This study                  |
| Cr(VI)     | Ferrihydrite    | \(C_0\) 18.4 mmol L\(^{-1}\), adsorbent dose 20 g L\(^{-1}\), pH 5.0, T 23 °C, t 24 h | 35.13                                       | Pieczara & Rzepa (2016)     |
| Cr(VI)     | Goethite        | \(C_0\) 25 mg L\(^{-1}\), adsorbent dose 10 g L\(^{-1}\), pH 2.0, T 23 °C, t 2 h | 0.727                                       | Kar & MdEqueenuddin (2019)  |
| Cr(VI)     | Goethite        | \(C_0\) 16 mg L\(^{-1}\), adsorbent dose 4 g L\(^{-1}\), pH 8.0, T 23 °C, t 1 h | 1.955                                       | Ajouyed et al. (2010)       |
| Cr(VI)     | Hematite        | \(C_0\) 16 mg L\(^{-1}\), adsorbent dose 4 g L\(^{-1}\), pH 8.0, T 23 °C, t 3 h | 2.299                                       | Ajouyed et al. (2010)       |
| Cr(VI)     | \(\alpha\)-alumina | \(C_0\) 16 mg L\(^{-1}\), adsorbent dose 4 g L\(^{-1}\), pH 8.0, T 23 °C, t 24 h | 2.158                                       | Ajouyed et al. (2010)       |
| Cr(VI)     | Nano-magnetite  | \(C_0\) 10 mg L\(^{-1}\), adsorbent dose 2.5 g L\(^{-1}\), pH 4.0, T 21 °C, t 1 h | 1.705                                       | Parsons et al. (2014)       |
| Cr(VI)     | Ferrihydrite    | \(C_0\) 1000 mg L\(^{-1}\), adsorbent dose 1 g L\(^{-1}\), pH 5.0, T 23 °C, t 24 h | 66.23                                       | This study                  |
sulfate solutions. The diameter of ions in solutions (0.48 nm ($\text{Cr}^{3+}$)–0.90 nm ($\text{Cr}_3(\text{OH})_5^{5+}$)) determined from the ChemBio3D Ultra ver. 12.0 was smaller than the average pores diameter and indicated the possibility of Cr ions binding in the ferrihydrite pores.

The distribution of Cr(VI) ions in individual fractions was only slightly affected by an initial concentration of Cr(VI) in the solutions (Fig. 7).

Cr(VI) ions were bound mainly in the fraction E2 (from 74.49 ± 1.10% to 81.55 ± 0.67% of adsorbed ions). Additionally, they were bound in fractions E3 and E4 from 3.24 ± 0.54% to 4.54 ± 0.64% and from 7.47 ± 0.36% to 13.85 ± 0.82%, respectively. Distribution of Cr(VI) in fractions E0 and E1 was very low from 0.11 ± 0.03% to 9.22 ± 0.63% and from 0.03 ± 0.01% to 0.75 ± 0.12%, respectively, and suggested no or very low mobility and bioavailability in contact with an aqueous solutions containing other metals.

**DISCUSSION**

**Adsorption of Cr(III) ions on ferrihydrite**

A comparison of the pH values in the equilibrium solutions with the point of zero charge of ferrihydrite (pH$_{PZC}$ 7.35, Table 1) showed that the adsorption of Cr(III) ions from sulfate and chloride solutions at both pH occurred at pH < pH$_{PZC}$ over the whole range of initial concentrations (Fig. 3B) and indicated that the surface of ferrihydrite was positively charged according to Reaction Eq. (1): $\equiv\text{FhOH} + \text{H}^+ \rightarrow \text{FhOH}_2^+$. Therefore electrostatic repulsion existed with Cr(III) ions. This phenomenon is being explained by the surface
complex formation model indicating the formation of the surface complexes of metal ions with active sites on oxides (Karapınar, 2016).

The adsorption process of Cr(III) ions is pH dependent as the amounts of Cr(III) ions adsorbed onto ferrihydrite increased with an increase of pH. As the pH decreases, the surface becomes more protonated and hence the affinity of cations to ferrihydrite is lower due to electrostatic repulsions between positively charged surface of ferrihydrite and cationic species and competition with protons. With the increasing pH, the surface becomes less protonated and therefore the cations were bound to ferrihydrite in higher amounts. These results are in agreement with the findings of previous studies on the adsorption of Cr(III) and other heavy metal cations onto iron (oxyhydr)oxides (Zhu et al., 2010; Meng et al., 2012; Parsons et al., 2014; Pieczara & Rzepa, 2016).

Cr can occur in solution in different forms depending on the pH of the solution and the type of anion. In the presence of chloride anions (non-complexing anions) at a solution pH = 4, Cr forms mainly three ionic species: \( \text{Cr}^{3+} \), \( \text{CrOH}^{2+} \) and \( \text{Cr}_2(\text{OH})_4^{4+} \). Moreover, at pH > 3.0, with a maximum at pH = 6, trinuclear \( \text{Cr}_3(\text{OH})_5^{3+} \) exists. At pH above 5.1 \( \text{Cr(OH)}_3 \) precipitates (Fig. S1A).

Cr(III) ions could be possible bound to the surface of ferrihydrite to one or more binding sites in the following Reactions Eqs. (7)–(10):

\[
\text{FhOH} + \text{Cr}^{3+} \rightarrow \text{FhOCr}^{2+} + \text{H}^+ \quad (7)
\]

\[
\text{FhOH} + \text{Cr(OH)}^{2+} \rightarrow \text{FhOCrOH}^+ + \text{H}^+ \quad (8)
\]

\[
3 \equiv \text{FhOH} + \text{Cr}^{3+} = (\text{FhO})_3\text{Cr} + 3\text{H}^+ \quad (9)
\]
These reactions are accompanied by the release of the H\(^+\) ions, which causes the solution to acidify, which has been confirmed experimentally (Fig. 3B).

However, in the presence of sulfate(VI) anions (complexing anions) in solution, apart from Cr\(^{3+}\), CrSO\(_4^{2-}\) is formed (Fig. S1B). Sulfates(VI) have impact on different Cr speciation forms over wide range of pH. The presence of SO\(_4^{2-}\) ions in the solution suggests that Cr could be bound by hydrogen bonds, in addition to Reactions Eqs. (7) to (10), as follows:

\[ \equiv \text{FhOH} + \text{CrSO}_4^{2-} \rightarrow \equiv \text{FhO} - \text{H} - \text{---} - \text{O} - \text{SO}_3\text{Cr}. \]  

The formation of hydrogen bonds between –OH groups from ferrihydrite and –O from SO\(_4^{2-}\) groups may cause higher adsorption of Cr(III) ions from sulfate than chloride solutions. Moreover, the K\(^+\) ions originating from the K\(_2\)CrO\(_4\) salt or from KOH solution used to adjust the initial pH of the solutions does not compete with Cr(III) for the adsorption because the ion hydration energy (−4,370 kJ mol\(^{-1}\) for Cr(III) and −320 kJ mol\(^{-1}\) for K\(^+\) ions) indicated that the K\(^+\) ion will be more hydrolyzed than Cr(III) and affected the Cr(III) adsorption very weak (Smith, 1977; Igwe & Abia, 2007). At the same time Cr ionic valence is higher (Fig. S1) than that of K and show higher affinity for adsorption.

**Adsorption of Cr(VI) ions onto ferrihydrite**

As can be seen in Fig. 4B, the adsorption of Cr(VI) ions proceeded at pH < pH\(_{\text{PZC}}\), therefore the surface of ferrihydrite had a positive charge and could easily bound Cr(VI) anions.

The process was strongly pH dependent what suggest that the adsorption of Cr(VI) is mainly dominated by surface complexation (Ajouyed et al., 2010). Cr(VI) is present in aqueous solutions in forms of HCrO\(_2^-\) and dichromate Cr\(_2O_7^{2-}\), and as H\(_2\)CrO\(_4\) at pH below 1 and CrO\(_2^-\) at pH above 4.5 (Fig. S2). Previous studies have shown that chromate binding onto ferrihydrite and other iron (oxyhydr)oxides occurs with the formation of a monodentate and bidentate inner-sphere complexes (Fendorf et al., 1997; Veselská et al., 2016) and outer-sphere complexes (Zachara et al., 1987). Their proportion in ions binding is dependent on the parameters such as the pH, surface coverage, ionic strength and presence of Al in the structure. In general, the formation of bidentate complexes is favored by lower pH and higher surface coverage, while monodentate formation is favored when the surface coverage is low, either due to the presence of insufficient positive charge on the surface (high pH) or low adsorbent concentration. Outer-sphere complexes form in the presence of Al impurities within the crystal and it was found that in pure Fe-ferrihydrite they constitute less than 5% (Kubicki et al., 2018). Therefore, it can be concluded that chromate forms a combination of monodentate and bidentate inner-sphere complexes. According to Al Mamun et al. (2017), hydrogen chromate (HCrO\(_4^-\)) is more strongly adsorbed and it is the dominant surface species for iron or aluminum oxide.

The different forms of Cr(VI) ions in aqueous solutions are given by the following equilibrium Eq. (12) (Ajouyed et al., 2010) and Eq. (13) (Al Mamun et al., 2017):

\[ \text{Cr}_2\text{O}_7^{2-} + \text{H}_2\text{O} \leftrightarrow 2\text{HCrO}_4^- \quad \log K = -2.2 \]
\[ \text{HCrO}_4^- \leftrightarrow \text{CrO}_4^{2-} + \text{H}^+ \quad \log K = -6.51 \]  

(13)

Possible reactions of Cr(VI) ions binding onto the surface of ferrihydrite are shown in Reactions Eqs. (14) and (15) for the formation of monodentate and bidentate complexes, respectively:

\[ \equiv \text{FhOH}_2^+ + \text{HCrO}_4^- \rightarrow \equiv \text{FhHCrO}_4 + \text{H}_2\text{O} \]  

(14)

\[ 2 \equiv \text{FhOH} + \text{HCrO}_4^- + \text{H}^+ \rightarrow (\equiv \text{FhO})_2\text{CrO}_2 + 2\text{H}_2\text{O}. \]  

(15)

The pH of the solution is an important factor affecting the adsorption capacity due to its impact on the surface properties (surface charge) of the adsorbent, as well as on the ionic form of Cr in the solution. The adsorption of Cr(VI) ions increased with decreasing pH of the solution. A similar behavior has been reported in other studies on chromate adsorption onto ferrihydrite (Tzou, Wang & Loeppert, 2003; Al Mamun et al., 2017). The increase of \text{H}^+ ions at low pH values, neutralize the negatively charged surface of the adsorbents. Higher adsorption is the result of strong electrostatic attraction between the positively charged surface of the adsorbents and Cr(VI) anions. With the increasing pH the number of negatively charged sites increases. The adsorption is lower due to the electrostatic repulsion between the negatively charged surface and Cr(VI) ions and the competition from \text{OH}^- ions for the adsorption sites (Ajouyed et al., 2010).

Moreover, the Eh values (647.3 and 538.8 mV at pH 3.0 and 5.0, respectively, \( C_0 = 1,000 \text{ mg L}^{-1} \)) in the equilibrium solutions were lower than the Eh values in the initial solutions (727.5 mV and 609 mV, respectively) but indicated that there were no reduction conditions and Cr was bound as Cr(VI).

At the same time, radius of Cr(III) (0.0615 nm) and of Cr(VI) (0.044 nm) indicates that both ion forms can enter the Fh-micropores (diameter of 1.89 nm), thereby increasing the adsorption efficiency, especially at high concentrations of Cr ions.

**CONCLUSIONS**

A batch method was used to study the adsorption of Cr(III) and Cr(VI) ions from aqueous solutions onto synthesized ferrihydrite and the effect of an initial Cr concentration, pH, and the type of anion on the adsorption capacity of ferrihydrite was investigated.

Ferrihydrite was found to be very effective adsorbent for removal all studied Cr species from aqueous solutions. It was found that the adsorption process depended on the oxidation state of Cr. The affinity of Cr(III) ions for the ferrihydrite surface depended on both the type of anion and pH of the solution and the maximum adsorption capacities decreased as follows: \( q (\text{SO}_4^{2-}, \text{pH 5.0}) > q (\text{SO}_4^{2-}, \text{pH 3.0}) > q (\text{Cl}^-, \text{pH 5.0}) > q (\text{Cl}^-, \text{pH 3.0}) \), and were found to be 86.06 mg g\(^{-1}\), 83.59 mg g\(^{-1}\), 61.51 mg g\(^{-1}\) and 40.67 mg g\(^{-1}\), respectively. For the adsorption of Cr(III) ions, a higher affinity for the surface of ferrihydrite occurred from sulfate solutions than from chloride solutions and from the solutions at pH 5.0 than
pH 3.0. The presence of $\text{SO}_4^{2-}$ ions suggests the Cr(III) ions were bound additionally by hydrogen bonds. The amount of adsorbed Cr(VI) decreased as the pH increased and was 83.73 mg g$^{-1}$ at pH 3.0 and 53.14 mg g$^{-1}$ at pH 5.0. The adsorption process of Cr species was pH dependent, and the ions were bound to the surface of ferrihydrite by the formation of the surface complexes of Cr ions with active sites on ferrihydrite.

It was found that the Sips isotherm model, composed of the Langmuir and Freundlich equations, described the adsorption process best and these results suggested that the mechanism of Cr binding does not follow the ideal monolayer adsorption and is more complex.

Studies on the mobility of the adsorbed Cr ions onto ferrihydrite showed that Cr(III) can precipitate at low initial concentration. On the other hand, at an initial concentration of 500 mg L$^{-1}$ Cr(III) ions were bound in mobile forms (E0 + E1) in the range of 17.34–36%. On the contrary, Cr(VI) ions were bound mainly in the reducible fraction (E2) and distribution of Cr(VI) in mobile fractions (E0 + E1) was very low, from 0.14% to 9.97%, and suggested no or very low mobility and bioavailability in contact with an aqueous solutions containing other metals.

The presence of Fe (oxyhydr)oxides in soil and sediments increases their adsorption capacity for Cr, in particular for hexavalent Cr in an acid environment due to their properties (high pH$_{PZC}$).

**ACKNOWLEDGEMENTS**

The authors thank to Dr. Grzegorz Rzepa for the preparation of ferrihydrite and for SEM, XRD and Raman analysis.

**ADDITIONAL INFORMATION AND DECLARATIONS**

**Funding**

This work was supported by the statutory research (1a-111/16/17) of the Institute of Environmental Engineering, Polish Academy of Sciences. The funders had no role in study design, data collection and analysis, decision to publish, or preparation of the manuscript.

**Grant Disclosures**

The following grant information was disclosed by the authors:
Institute of Environmental Engineering, Polish Academy of Sciences: 1a-111/16/17.

**Competing Interests**

The authors declare there are no competing interests.

**Author Contributions**

- Agnieszka Dzieniszewska performed the experiments, analyzed the data, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.
- Joanna Kyziol-Komosinska conceived and designed the experiments, analyzed the data, prepared figures and/or tables, authored or reviewed drafts of the paper, and approved the final draft.
• Magdalena Pająk performed the experiments, prepared figures and/or tables, and approved the final draft.

**Data Availability**
The following information was supplied regarding data availability:
The raw measurements and the raw data are available in the Supplementary Files.

**Supplemental Information**
Supplemental information for this article can be found online at http://dx.doi.org/10.7717/peerj.9324#supplemental-information.

**REFERENCES**

Adegoke HI, Amoo Adekola F, Fatoki OS, Ximba SJ. 2014. Adsorption of Cr (VI) on synthetic hematite (α-Fe2O3) nanoparticles of different morphologies. *Korean Journal of Chemical Engineering* 31:142–154 DOI 10.1007/s11814-013-0204-7.

Ajouyed O, Hurel C, Ammari M, Allal LB, Marmier N. 2010. Sorption of Cr(VI) onto natural iron and aluminum (oxy)hydroxides: effects of pH, ionic strength and initial concentration. *Journal of Hazardous Materials* 174:616–622 DOI 10.1016/j.jhazmat.2009.09.096.

Al Mamun A, Morita M, Matsuoka M, Tokoro C. 2017. Sorption mechanisms of chromate with coprecipitated ferrihydrite in aqueous solution. *Journal of Hazardous Materials* 334:142–149 DOI 10.1016/j.jhazmat.2017.03.058.

Antelo J, Arce F, Fiol S. 2015. Arsenate and phosphate adsorption on ferrihydrite nanoparticles. Synergetic interaction with calcium ions. *Chemical Geology* 410:53–62 DOI 10.1016/j.chemgeo.2015.06.011.

Anwar J, Shafique U, Salman M, uz Zaman Waheed, Anwar S, Anzano JM. 2009. Removal of chromium (III) by using coal as adsorbent. *Journal of Hazardous Materials* 171:797–801 DOI 10.1016/j.jhazmat.2009.06.076.

Asgari AR, Vaezi F, Nasseri S, Dördelmann O, Mahvi AH, Fard EDehghani. 2008. Removal of hexavalent chromium from drinking water by granular ferric hydroxide. *Iranian Journal of Environmental Health Science and Engineering* 5(4):277–282.

Bedemo A, Chandravanshi BS, Zewge F. 2016. Removal of trivalent chromium from aqueous solution using aluminum oxide hydroxide. *SpringerPlus* 5:1288 DOI 10.1186/s40064-016-2983-x.

Bélanger N, MacDonald JD, Paré D, Thiffault E, Claveau Y, Hendershot WH. 2006. Determination of exchangeable hydrogen ions in boreal shield soils of Quebec. *Canadian Journal of Soil Science* 86(3):513–521 DOI 10.4141/S05-034.

Belli S, García S, González JC, Atria AM, Sala LF, Signorella S. 2008. Removal of Chromium(VI) and Chromium(III) from Aqueous Solution by Grainless Stalk of Corn. *Separation Science and Technology* 43(11-12):3200–3220 DOI 10.1080/01496390802063903.

Bhattacharya AK, Naiya TK, Mandal SN, Das SK. 2008. Adsorption, kinetics and equilibrium studies on removal of Cr(VI) from aqueous solutions using
different low-cost adsorbents. *Chemical Engineering Journal* **137**:529–541 DOI 10.1016/j.cej.2007.05.021.

Calvete T, Lima EC, Cardoso NF, Dias SLP, Pavan FA. 2009. Application of carbon adsorbents prepared from the Brazilian pine-fruit-shell for the removal of Procion Red MX 3B from aqueous solution—Kinetic, equilibrium and thermodynamic studies. *Chemical Engineering Journal* **155**:627–636 DOI 10.1016/j.cej.2009.08.019.

Campos V. 2009. The sorption of toxic elements onto natural zeolite, synthetic goethite and modified powdered block carbon. *Environmental Earth Sciences* **59**:737–744 DOI 10.1007/s12665-009-0069-6.

Choppala G, Bolan N, Park JH. 2013. Chromium contamination and its risk management in complex environmental settings. *Advances in Agronomy* **120**:129–172 DOI 10.1016/B978-0-12-407686-0.00002-6.

Cornell RM, Schwertmann U. 2003. *The iron oxides: structure, properties, reactions, occurrences and uses*. Weinheim: WILEY-VCH Verlag GmbH & Co. KGaA.

Council Directive. 1998. Council Directive 98/83/EC of 3 November on the quality of water intended for human consumption. Brussels: European Committee for Standardization.

Csoban K, Joo P. 1999. Sorption of Cr(III) on silica and aluminium oxide: experiments and modelling. *Colloids and Surfaces A: Physicochemical and Engineering Aspects* **151**:97–112 DOI 10.1016/S0927-7757(98)00421-X.

Das A, Banerjee M, Bar N, Das SK. 2019. Adsorptive removal of Cr(VI) from aqueous solution: kinetic, isotherm, thermodynamics, toxicity, scale-up design, and GA modeling. *SN Applied Sciences* **1**:776 DOI 10.1007/s42452-019-0813-9.

Das S, Hendry MJ. 2011. Application of Raman spectroscopy to identify iron minerals commonly found in mine wastes. *Chemical Geology* **290**:101–108 DOI 10.1016/j.chemgeo.2011.09.001.

Dos Anjos VE, Rohwedder JR, Cadore S, Abate G, Grassi MT. 2014. Montmorillonite and vermiculite as solid phases for the preconcentration of trace elements in natural waters: adsorption and desorption studies of As Ba, Cu, Cd, Co, Cr, Mn, Ni, Pb, Sr, V, and Zn. *Applied Clay Science* **99**:289–296 DOI 10.1016/j.clay.2014.07.013.

Dubinin MM. 1960. The potential theory of adsorption of gases and vapors for adsorbents with energetically nonuniform surfaces. *Chemical Reviews* **60**:235–241 DOI 10.1021/cr60204a006.

Dzombak DA, Morel FMM. 1990. *Surface complexation modeling: hydrous ferric oxide*. New York: John Wiley & Sons.

EN 12457/1-4. 2002. Characterisation of Waste. Leaching. Compliance Test for Leaching of Granular Waste Materials and Sludges. Brussels: The Council of the European Union.

Fendorf S, Eick MJ, Grossl P, Sparks DL. 1997. Arsenate and chromate retention mechanisms on Goethite 1 surface structure. *Environmental Science & Technology* **31**(2):315–320 DOI 10.1021/es950653t.

Foo KY, Hameed BH. 2010. Insights into the modeling of adsorption isotherm systems. *Chemical Engineering Journal* **156**:2–10 DOI 10.1016/j.cej.2009.09.013.
Freundlich HMF. 1906. Over the adsorption in solution. The Journal of Physical Chemistry 57:385–471.

Glasauer SM, Hug P, Weidler PG, Gehring AU. 2000. Inhibition of sintering by Si during the conversion of Si-rich ferrihydrite to hematite. Clays and Clay Minerals 48:51–56 DOI 10.1346/CCMN.2000.0480106.

Gupta S, Babu BV. 2009. Removal of toxic metal Cr(VI) from aqueous solutions using sawdust as adsorbent: equilibrium kinetics and regeneration studies. Chemical Engineering Journal 150:352–365 DOI 10.1016/j.cej.2009.01.013.

Hajji S, Montes-Hernandez G, Sarret G, Tordo A, Morin G, Ona-Nguema G, Bureau S, Turki T, Mzoughi N. 2019. Arsenite and chromate sequestration onto ferrihydrite, siderite and goethite nanostructured minerals: isotherms from flow-through reactor experiments and XAS measurements. Journal of Hazardous Materials 362:358–367 DOI 10.1016/j.jhazmat.2018.09.031.

Hanesch M. 2009. Raman spectroscopy of iron oxides and (oxy)hydroxides at lower laser power and possible application in environmental magnetic studies. Geophysical Journal International 177:941–948 DOI 10.1111/j.1365-246X.2009.04122.

Hiemstra T. 2013. Surface and mineral structure of ferrihydrite. Geochimica et Cosmochimica Acta 105:316–325 DOI 10.1016/j.gca.2012.12.002.

Hu Y, Xue Q, Tang J, Fan X, Chen H. 2019. New insights on Cr(VI) retention by ferrihydrite in the presence of Fe(II). Chemosphere 222:511–516 DOI 10.1016/j.chemosphere.2019.01.160.

Igwe JC, Abia AA. 2007. Adsorption isotherm studies of Cd (II), Pb (II) and Zn (II) ions bioremediation from aqueous solution using unmodified and EDTA-modified maize cob. Ecletica Quimica 32:33–42 DOI 10.1590/S0100-46702007000100005.

Joksic AS, Katz SA, Horvat M, Milacic R. 2005. Comparison of single and sequential extraction procedures for assessing metal leaching from dredged coastal sediments. Water, Air, and Soil Pollution 162:265–283 DOI 10.1007/s11270-005-7031-3.

Kaasalainen M, Yli-Halla M. 2003. Use of sequential extraction to assess metal partitioning in soils. Environmental Pollution 126:225–233 DOI 10.1016/S0269-7491(03)00191-X.

Kar S, Equeenuddin SkMd. 2019. Adsorption of Hexavalent Chromium using Natural Goethite: isotherm, Thermodynamic and Kinetic Study. Journal Geological Society of India 93:285–292 DOI 10.1007/s12594-019-1175-z.

Karapinar N. 2016. Removal of heavy metal ions by ferrihydrite: an opportunity to the treatment of acid mine drainage. Water, Air, & Soil Pollution 227:193 DOI 10.1007/s11270-016-2899-7.

Khalfa I, Cervera ML, Bagane M, Souissi-Najar S. 2016. Modeling of equilibrium isotherms and kinetic studies of Cr (VI) adsorption into natural and acid-activated clays. Arabian Journal of Geosciences 9:75 DOI 10.1007/s12517-015-2104-0.

Kotaś J, Stasicka Z. 2000. Chromium occurrence in the environment and methods of its speciation. Environmental Pollution 107:263–283 DOI 10.1016/S0269-7491(99)00168-2.
Kubicki JD, Kabengi N, Chrysochoou M, Bompoti N. 2018. Density functional theory modeling of chromate adsorption onto ferrihydrite nanoparticles. *Geochemical Transactions* 19: Article 8 DOI 10.1186/s12932-018-0053-8.

Kumar E, Bhatnagar A, Hogland W, Marques M, Sillanpää M. 2014. Interaction of inorganic anions with iron-mineral adsorbents in aqueous media—a review. *Advances in Colloid and Interface Science* 203:11–21 DOI 10.1016/j.cis.2013.10.026.

Kyziol J, Twardowska I, Schmitt-Kopplin PH. 2006. The role of humic substances in chromium sorption onto natural organic matter (peat). *Chemosphere* 63:1974–1982 DOI 10.1016/j.chemosphere.2005.09.042.

Kyziol-Komosinska J, Augustynowicz J, Lasek W, Czupiol J, Ocinski D. 2018. Callitriche cophocarpa biomass as a potential low-cost biosorbent for trivalent chromium. *Journal of Environmental Management* 214:295–304 DOI 10.1016/j.jenvman.2018.03.010.

Kyziol-Komosinska J, Barba F, Callejas P, Rosik-Dulewska Cz. 2010. Beidellite and other natural low-cost sorbents to remove chromium and cadmium from water and wastewater. *Boletin de la Sociedad Española de Cerámica y Vidrio* 49:121–128.

Kyziol-Komosinska J, Dzieniszewska A, Franus W, Rzepa G. 2020. Behavior of Ag species in presence of aquatic sediment minerals –In context of aquatic environmental safety. *Journal of Contaminant Hydrology* Epub ahead of print Jan 22 2020 DOI 10.1016/j.jconhyd.2020.103606.

Kyziol-Komosinska J, Rosik-Dulewska Cz, Dzieniszewska A, Pajak M, Krzyzewska I. 2014. Removal of Cr(III) ions from water and wastewater by sorption onto peats and clays occurring in an overburden of lignite beds in Central Poland. *Environment Protection Engineering* 40(1):5–22 DOI 10.5277/epe140101.

Langmuir I. 1916. The constitution and fundamental properties of solids and liquids Part I. solids. *Journal of the American Chemical Society* 38:2221–2295 DOI 10.1021/ja02268a002.

Mazzetti L, Thistlethwaite PJ. 2002. Raman spectra and thermal transformations of ferrihydrite and schwertmannite. *Journal of Raman Spectroscopy* 33:104–111 DOI 10.1002/jrs.830.

Meng S, Liu H, Yang C, Wei Y, Hou D. 2012. Sorption/desorption differences among three ferrihydrites prepared by different synthesis methods. *Applied Surface Science* 258:4449–4454 DOI 10.1016/j.apsusc.2012.01.004.

Merdy P, Gharbi LT, Lucas Y. 2009. Pb, Cu and Cr interactions with soil: Sorption experiments and modelling. *Colloids and Surfaces A: Physicochemical and Engineering Aspects* 347:192–199 DOI 10.1016/j.colsurfa.2009.04.004.

Michel FM, Ehm L, Antao SM, Lee PL, Chupas PJ, Liu G, Strongin DR, Schoonen MAA, Phillips BL, Parise JB. 2007. The structure of ferrihydrite, a nanocrystalline material. *Science* 316:1726–1729 DOI 10.1126/science.1142525.

Ministry of the Environment of Poland. 2014. Regulation of the Minister of the Environment of 18 November 2014 on the conditions to be met for the introduction of wastewater into the water or soil and on the substances particularly harmful to
aquatic environment. (Journal of Laws of 2014, item 1800). Warsaw: Ministry of Environment (Poland).

Mossop KF, Davidson CM. 2003. Comparison of original and modified BCR sequential extraction procedures for the fractionation of copper, iron, lead, manganese and zinc in soils and sediments. Analytica Chimica Acta 478:111–118 DOI 10.1016/S0003-2670(02)01485-X.

Müller K, Ciminelli VST, Dantas MSS. 2010. A comparative study of As(III) and As(V) in aqueous solutions and adsorbed on iron oxy-hydroxides by Raman spectroscopy. Water Research 44:5660–5672 DOI 10.1016/j.watres.2010.05.053.

Namieśnik J, Rabajczyk A. 2010. The speciation and physico-chemical forms of metals in surface waters and sediments. Chemical Speciation and Bioavailability 22:1–24 DOI 10.3184/095422910X12632119406391.

Pająk M, Dzieniszewska A, Kyzioł–Komosińska J, Chrobok M. 2018. Use of metallurgical dust for removal chromium ions from aqueous solutions. E3S Web of Conferences 28:01029 DOI 10.1051/e3sconf/20182801029.

Parsons JG, Hernandez J, Gonzalez CM, Gardea-Torresdey JL. 2014. Sorption of Cr(III) and Cr(VI) to high and low pressure synthetic nano-magnetite (Fe₃O₄) particles. Chemical Engineering Journal 254:171–180 DOI 10.1016/j.cej.2014.05.112.

Pieczara G, Rzepa G. 2016. The Effect of Si Content on Ferrihydrite Sorption Capacity for Pb(II), Cu(II), Cr(VI), and P(V). Environmental Engineering and Management Journal 15:2095–2107 DOI 10.30638/eemj.2016.226.

Qiang W, Jiaoyan S, Mengzhu S. 2011. Characteristic of adsorption, desorption and oxidation of Cr (III) on birnessite. Energy Procedia 5:1104–1108 DOI 10.1016/j.egypro.2011.03.194.

Regulation of the Minister of the Environment. 2016. Regulation of the Minister of the Environment of 21 July 2016 on the classification method of the condition of bodies of surface waters and environmental quality standards for the priority substances. In: (Journal of Laws of 2016, item 1187). Warsaw: Ministry of Environment (Poland).

Ryan PC, Hillier S, Wall AJ. 2008. Stepwise effects of the BCR sequential chemical extraction procedure on dissolution and metal release from common ferromagnesian clay minerals: a combined solution chemistry and X-ray powder diffraction study. Science of The Total Environment 407:603–614 DOI 10.1016/j.scitotenv.2008.09.019.

Saha B, Orvig C. 2010. Biosorbents for hexavalent chromium elimination from industrial and municipal effluents. Coordination Chemistry Reviews 254:2959–2972 DOI 10.1016/j.ccr.2010.06.005.

Sarin V, Pant KK. 2006. Removal of chromium from industrial waste by using eucalyptus bark. Bioresource Technology 97:15–20 DOI 10.1016/j.biortech.2005.02.010.

Schwertmann U, Cornell RM. 2000. Iron Oxides in the Laboratory: preparation and Characterization. Weinheim: Wiley-VCH Verlag.
Schwertmann U, Friedl J, Kyek A. 2004. Formation and properties of a continuous crystallinity series of synthetic ferrihydrites (2- to 6-line) and their relation to FeOOH forms. Clays and Clay Minerals 52:221–226 DOI 10.1346/CCMN.2004.0520208.

Shahriari T, Nabi Bidhendi G, Mehrdadi N, Torabian A. 2014. Effective parameters for the adsorption of chromium(III) onto iron oxide magnetic nanoparticle. International Journal of Environmental Science and Technology 11:349–356 DOI 10.1007/s13762-013-0315-z.

Sips R. 1948. On the structure of a catalyst surface. The Journal of Chemical Physics 16:490–495 DOI 10.1063/1.1746922.

Smith DW. 1977. Ionic hydration enthalpies. Journal of Chemical Education 54:540–542 DOI 10.1021/ed054p540.

Terdputtakun A, Arqueropanyo O, Sooamiti P, Janhom S, Naksata W. 2017. Adsorption isotherm models and error analysis for single and binary adsorption of Cd(II) and Zn(II) using leonardite as adsorbent. Environmental Earth Sciences 76:777 DOI 10.1007/s12665-017-7110-y.

Thomas GW. 1982. Exchangeable cations. In: Page AL, Miller AH, Keeney DR, eds. Part 2. Chemical and microbiological properties. 2nd edition. Wisconsin: ASA-SSSA 159–165.

Tokalioglu S, Kartal S. 2005. Comparison of metal fractionation results obtained from single and BCR sequential extractions. Bulletin of Environmental Contamination and Toxicology 75:180–188 DOI 10.1007/s00128-005-0736-6.

Tzou YM, Wang MK, Loeppert RH. 2003. Sorption of phosphate and Cr(VI) by Fe(III) and Cr(III) hydroxides. Archives of Environmental Contamination and Toxicology 44:445–453 DOI 10.1007/s00244-002-2090-6.

Ugwu IM, Igbokwe OA. 2019. Sorption of heavy metals on clay minerals and oxides: a review. In: Advanced sorption process applications. London: IntechOpen DOI 10.5772/intechopen.80989.

Vagheetti JCP, Lima EC, Royer B, Cunha BMda, Cardoso NF, Brasil JL, Dias SLP. 2009. Pecan nutshell as biosorbent to remove Cu(II), Mn(II) and Pb(II) from aqueous solutions. Journal of Hazardous Materials 162:270–280 DOI 10.1016/j.jhazmat.2008.05.039.

Valle JP, Gonzalez B, Schulz J, Salinas D, Gonzalez DF, Valdes C, Cantu JM, Eubanks TM, Parsons JG. 2017. Sorption of Cr(III) and Cr(VI) to K₂Mn₄O₉ nanomaterial a Study of the effect of pH, time, temperature and interferences. Microchemical Journal 133:614–621 DOI 10.1016/j.microc.2017.04.021.

Veselská V, Fajgar R, halová SCí, Bolanz RM, Göttlicher J, Steininger R, Siddique JA, Komárek M. 2016. Chromate adsorption on selected soil minerals: surface complexation modeling coupled with spectroscopic investigation. Journal of Hazardous Materials 318:433–442 DOI 10.1016/j.jhazmat.2016.07.002.

Wang R, Dang F, Liu C, D-j Wang, P-x Cui, H-j Yan, Zhou D-m. 2019. Heteroaggregation and dissolution of silver nanoparticles by iron oxide colloids under environmentally relevant conditions. Environmental Science: Nano 6:195–206 DOI 10.1039/c8en00543e.
Weidler PG. 1997. BET sample pretreatment of synthetic ferrihydrite and its influence on the determination of surface area and porosity. *Journal of Porous Materials* 4:165–169 DOI 10.1023/A:1009610800182.

Zachara JM, Girvin DC, Schmidt RL, Resch CT. 1987. Chromate adsorption on amorphous iron oxyhydroxide in the presence of major groundwater ions. *Environmental Science and Technology* 21:589–594 DOI 10.1021/es00160a010.

Zhu J, Pigna M, Cozzolino V, Caporale AG, Violante A. 2010. Competitive sorption of copper(II), chromium(III) and lead(II) on ferrihydrite and two organomineral complexes. *Geoderma* 159:409–416 DOI 10.1016/j.geoderma.2010.09.006.